NATURE INSPIRED SYNTHESIS OF BLUE EMITTING Mn$^{2+}$ DOPED ZnAl$_2$O$_4$ NANO CERAMICS

S. Ravi$^1$, D. Prakashbabu$^2$, S. Ponkumar$^3$

Department of Physics, Sri Krishna Institute of Technology, Bangalore, India$^1$
School of Physics, Reva University, Kattigenahalli, Bangalore, India$^2$
Department of Physics, Thiruvalluvar Government Arts College, Raspuram, India$^3$

ABSTRACT: In this study ZnAl$_2$O$_4$: Mn$^{2+}$ spinel phosphor nanoparticles were prepared by one step, low-temperature, self-propagating green-solution combustion process. The effects of doping on the structure, microstructure and luminescence of the nano phosphors were investigated. The X-ray diffraction (XRD) confirmed the formation of single-phase spinel in the investigated powders. The crystallite size and lattice constant increased as the doping level of Mn$^{2+}$ increased. The phosphors were exited at 370 nm (NUV) to study the PL characteristics, they exhibit strong bands centered at 465 nm corresponding to the typical $^4T_2(G) \rightarrow ^4A_1(S)$ transitions.

KEYWORDS: solution combustion synthesis, colour tunable emission, Photoluminescence, Green synthesis.

I. INTRODUCTION

Recently, many researchers are focusing on the synthesis of different nanocrystals with sizes ranging from 1 to 100 nm. This type of nanocrystals presents interest due to the interesting size-dependent physical, chemical, electrical, magnetic and optical properties in comparison with those of their bulk crystals [1]. Zinc aluminate (ZnAl$_2$O$_4$) is a widely used ceramic, electronic and catalytic material with spinel structure [2]. ZnAl$_2$O$_4$ is suitable in thermal control coatings for spacecraft and also for ultraviolet optoelectronic devices applications[3-5]. Green electroluminescence and luminescence due to stress (mechano luminescence) have been obtained in Mn$^{2+}$-doped ZnAl$_2$O$_4$. Recently, a bright green cathode luminescence (CL) under low excitation voltage from Mn$^{2+}$-doped ZnAl$_2$O$_4$ thin films prepared by spray pyrolysis have been reported by Lou et.al [6].

II. LITERATURE SURVEY

The bandgap of ZnAl$_2$O$_4$ nano glass ceramic is 5.2 eV, indicating its transparency for light above wavelengths 320 nm. Therefore, it is widely used as a high-temperature material, optical and electronic coating material, ultra-violet photo electronic material and also as an catalyst support[6-8]. High surface area and accessible porosity are desirable properties in some applications of ZnAl$_2$O$_4$ nano powders; for example, the catalytic properties of ZnAl$_2$O$_4$ nano powders are largely dependent on their microstructure with a high surface area [9, 10].

The wide band gap nature of the materials is limiting it being used in production of devices for specific applications. Doping has been considered as one of the ways to alter the band gap [11]. Recently lot of works have been reported for the synthesis of simple oxides and very few reports on complex oxides using extracts of plants such as neem, alfalfa, Cinnamomum camphora, Emblica officinalis, lemon grass, tamarind, and Euphorbia tirucalli [12,13]. Although some reports are available on the production of nanoporphors using plant extracts, effective use of plant extracts in synthesis of both simple and complex oxide nanoporphors is yet to be explored. In the present work, for the first time we report the preparation of ZnAl$_2$O$_4$:Mn$^{2+}$ nano powders by modified combustion method using plant extract and the effect of Mn$^{2+}$ concentrations on their PL properties were discussed. The structural, morphological and optical properties of these powders have been studied and the effect of Mn$^{2+}$ concentration on these properties has been investigated.

Copyright to IJIRSET www.ijirset.com
Starting materials used for the combustion synthesis were analar grade zinc nitrate (Zn(NO$_3$)$_2$:99.99%, Sigma Aldrich Ltd), aluminium nitrate(Al(NO$_3$)$_3$:99.99%,Sigma Aldrich Ltd.) and manganese nitrate (Mn(NO$_3$)$_2$:99.99%, Merk Ltd.). Stoichiometric composition of nitrates was calculated based on the total oxidizing valences of the oxidizers and dissolved in 10 ml double distilled water, to this solution 3 ml of aloe-latex was added and mixed using magnetic stirrer for about 5 minutes to form a uniform mixture.

This aqueous solution containing the redox mixture was taken in a crystalline dish and introduced in a 400°C preheated muffle furnace. The solution first got dehydrated and was ignited leaving a foam like zinc aluminate in the crystalline dish. The prepared sample was calcined at 800°C for two hours.

PXRD measurements was recorded using PANalitical-Philips PW 1050/70 fitted with Nickel – filtered Cu Kα radiation. UV–Visible spectral study was carried out using UV–Vis spectrophotometer(ELICO SL 159 model).The photoluminescence measurement was performed on a Shimadzu (RF 510Model)spectrofluorometer with xenon lamp as an excitation source.

**IV. SIMULATION RESULTS**

The formation of crystalline phase prepared by solution combustion method was confirmed by PXRD measurement. Fig. 1 shows the powder X-ray diffraction pattern of ZnAl$_2$O$_4$:0.01Mn$^{2+}$ and the observed pattern is in well agreement with the standard ICCD data (Card No: 05-0669) with cell parameter „$a$“ = 8.059 Å. The crystallite size is estimated for the powder from the full width half maximum (β) of the obtained diffracted peaks, from Debye–Scherrer,s formula [14].

$$d = \frac{k\lambda}{\beta \cos \theta} \quad \ldots(1)$$

Where ‘λ’ is the wavelength of X-ray (1.542 Å) ‘θ’ is the Bragg angle, ‘k’ is the constant depends on the grain shape (0.94 for spherical particles) and βis full width at half maximum (FWHM) respectively. The estimated average
crystallite size is in the range 10–18 nm and also the most prominent peak, revealing its peak position. It can be noticed that there is no shift in the peak position. This may be due to size matching of the Zn (137 pm) and Mn (137 pm). If a zinc atom is replaced by manganese atom there be no variation in the lattice size, because of size matching.

The band gap of samples were calculated to be 5.2 eV from Wood and Tauc plot using the UV absorption data, shown in Fig.3.

![Fig.2. Wood and Tauc Plot](image)

The photoluminescence spectra of the as formed Zn$_{1-x}$Al$_2$O$_4$:0.01Mn is shown in fig.3. It show a broad green emission peak centered at at 465 nm is due to $^4T_2\rightarrow^6A_1$ transitions[15]. PXRD results strongly confirms that Mn$^{2+}$ ions are located with low crystal field strength in the tetrahedral coordination of the Zn$^{2+}$ sitewithin the spinel structure of ZnAl$_2$O$_4$.

![Fig.3 PL emission spectra](image)
Most lighting specifications follow specifications of CIE chromatic colour coordinates (1931), which recognizes that the human visual system uses three primary colours: red, blue and green [16]. The $x, y$ co-ordinate in the color space represents the color purity of the phosphors.

The color co-ordinates for 1 mol% Mn$^{2+}$ doped ZnAl$_2$O$_4$ is calculated using color calculator program, CIE coordinates of $(0.12, 0.150)$, shown in fig.4. So, the present phosphor may find potential application for blue component in display phosphors.

![CIE diagram](image)

**Fig.4 CIE diagram**

![Emission spectra](image)

**Fig.5 PL emission spectra with corresponding emission color**

V. CONCLUSION

In summary, ZnAl$_2$O$_4$:Mn$^{2+}$ nanocrystalline powder phosphors have been synthesized by a low-temperature initiated, self-propagating green combustion process. The PXRD patterns and FTIR studies confirm the formation of spinel structure formation. The luminescence of Mn$^{2+}$ in ZnAl$_2$O$_4$ matrix showed an intense emission in blue region.
which located at 465 nm is attributed to $^4T_2(G) \rightarrow ^2A_1(S)$. Strong and pure blue emission makes this compound suitable for three component white LEDs.

REFERENCES


